Improved Visible-Light Photocatalytic Activity of g-C$_3$N$_4$/CuWO$_4$ Nanocomposite for Degradation of Methylene Blue †

Afsaneh Rashidizadeh, Hossein Ghafuri * and Zeynab Rezazadeh

Catalysts and Organic Synthesis Research Laboratory, Department of Chemistry, Iran University of Science and Technology, TehranI 6846-13114, Iran; rashidizadeh@chem.iust.ac.ir (A.R.); zeynab_rezazadeh@chem.iust.ac.ir (Z.R.)
* Correspondence: ghafuri@iust.ac.ir
† Presented at the 23rd International Electronic Conference on Synthetic Organic Chemistry, 15 November–15 December 2019; Available online: https://ecsoc-23.sciforum.net/.
Published: 14 November 2019

Abstract: In recent years, heterogeneous semiconductor photocatalysts have attracted great attention in the arena of environmental remediation and solar energy conversion; because, sunlight energy is a renewable, cheap, and accessible source of energy and also converting solar energy to chemical energy can be declined the energy crisis and global warming. Development of visible light heterogeneous photocatalysts with high efficiency and chemical stability is important for catalysis researchers. Among different types of semiconductor material, polymeric graphitic carbon nitride (g-C$_3$N$_4$) with a medium band gap of about 2.7 eV has been widely applied in photodegradation of organic pollutants, water splitting, CO$_2$ reduction, solar cells, energy storage, and organic synthesis. Unfortunately, due to the high rate recombination of photoinduced carriers, the photocatalytic performance of the bare g-C$_3$N$_4$ is still poor. Hence, many strategies including metal doping, noble metal deposition, and coupling with semiconductor composites have been employed to modify g-C$_3$N$_4$. Herein, we report the synthesis of g-C$_3$N$_4$/CuWO$_4$ nanocomposite via a hydrothermal process. The prepared visible-light-driven nanocomposite exhibited an enhanced photocatalytic activity compared with bare g-C$_3$N$_4$ for the degradation of methylene blue (MB) under LED light irradiation.

Keywords: visible-light-driven photocatalyst; g-C$_3$N$_4$/CuWO$_4$; photodegradation; pollutants

1. Introduction

Over the recent past, the global energy crisis and environmental concerns have attracted increasing attention of scientists. Hence, considerable research efforts have focused on visible-light-active photocatalysts for the degradation of organic pollutants and H$_2$ production due to the increasing demand for environmental care and clean energy harvesting [1]. Development visible light-driven photocatalysts with high effectiveness and good stability has been a hot spot in the field of photocatalysis. Various semiconductors, such as metal oxides, sulfides, carbon-based materials have been used to improve the solar energy utilization capability in the photocatalytic systems [2,3]. Among various types of semiconductors, polymeric graphitic carbon nitride (g-C$_3$N$_4$) as the most stable allotrope of carbon nitride has been regarded as a suitable candidate for visible-light-driven photocatalyst because of its unique optical properties, well-suited band gap (2.7 eV), physicochemical stability, and simple preparation [4]. Recently, g-C$_3$N$_4$ has useful applications in hydrogen evolution from water splitting, degradation of organic pollutants, CO$_2$ reduction, energy storage, antibacterial activity [5–9]. However, the pristine g-C$_3$N$_4$ has shown low photocatalytic efficiency because of the insufficient visible-light absorbance, and fast recombination of photo-generated charge carriers [10].
To improve the photocatalytic performance of the pristine g-C₃N₄, many efforts have been undertaken, which mainly include doping of heteroatoms and metals, construction of the mesoporous structure, copolymerization with organic molecules, and coupling with other semiconductors [11–14]. Among these strategies, the construction of heterojunctions with other semiconductors displays a great potential to improve the photocatalytic efficiency of g-C₃N₄. CuWO₄ is the ideal choice of semiconductor which only employs holes for oxidation reaction. The band edges of the graphitic carbon nitride (g-C₃N₄) lies in more negative region where generation of superoxide radicals is prevalent, conversely the band edges of CuWO₄ lies in more positive region where generation of hydroxyl radicals is in excess. This feature of these semiconductors is appropriate for the Z-scheme photocatalytic system [15]. Therefore, a great deal of interest has been focused on the development of environmentally, and recyclable benign photocatalytic methods for the degradation of organic dyes [16,17]. In the current research, we present the synthesis of the g-C₃N₄/CuWO₄ photocatalyst and investigate its photocatalytic performance for the degradation of methylene blue as an organic pollutant under visible light.

2. Experimental

2.1. General

Reagents and chemicals were all purchased from Aldrich, Merck and Fluka. Spectra of FT-IR were recorded by the method of KBr pellet on a Shimadzu IR-470 spectrometer. Energy dispersive X-ray spectroscopy (EDS) was used to investigate the composition and structure of the samples and was recorded on Numerix DXP-X10P. UV-visible spectra of the samples were recorded on a UV-visible spectrophotometer (UV-1700 Shimadzu, Japan) at a wave length range of 200–800 nm.

2.2. Preparation of Bulk g-C₃N₄

Bulk g-C₃N₄ powder was prepared according to the reported method [18]. The melamine was heated at 550 °C in a furnace for 4 h in static air at a ramp of 2.5 °C min⁻¹ and the obtained yellow solid was grinded into powder in a mortar.

2.3. Preparation of g-C₃N₄/CuWO₄

g-C₃N₄/CuWO₄ was prepared by a hydrothermal method. First, 0.811 g of Cu(NO₃)₂·3H₂O (3 mmol) and 0.990 g of Na₂WO₄·2H₂O (3 mmol) were dissolved in 30 mL of deionized water. The solution was stirred for 2 h. Then, the synthesized bulk g-C₃N₄ suspension was added into the above solution, and the mixture was put into an ultrasonic vibration generator for 1 h. The above mixture was then poured into a 50 mL Teflon-sealed autoclave and heated to 200 °C for 18 h. After that, the precipitate was washed with distilled water and ethanol and collected by centrifugation. The obtained precipitate was dried at 100 °C for 12 h.

2.4. Photocatalytic Degradations

In photodegradation process, 50 mg of the g-C₃N₄/CuWO₄ photocatalyst was used for degradation of 50 mL aqueous solution of methylene blue MB with 10 ppm concentration under 250 W high pressure mercury lamp irradiation. Before irradiation of light, the suspension was stirred in the dark condition for 30 min to achieve the adsorption-desorption equilibrium between the MB and the photocatalyst. All the photocatalytic experiments were carried out under the same conditions at 25 °C. In the defined intervals (30 min), the sample of suspension (ca. 3 mL) was taken, centrifuged and then the absorption spectrum changes of MB were measured to monitor the MB photodegradation.

3. Results and Discussion

The FT-TR spectra of the g-C₃N₄/CuWO₄ is illustrated in Figure 1, which shows that the main chemical structure of the g-C₃N₄ was remained after coupling with CuWO₄.
The Energy-dispersive X-ray spectroscopy (EDS) of the g-C3N4/CuWO4 heterostructure in Figure 2 confirmed the presence of Cu, C, N, O and W.

![FT-IR spectra of the g-C3N4/CuWO4](image1)

**Figure 1.** FT-IR spectra of the g-C3N4/CuWO4.

![EDS spectra of the g-C3N4/CuWO4](image2)

**Figure 2.** EDS spectra of the g-C3N4/CuWO4.

UV-visible diffuse reflectance spectra were also recorded to investigate the light harvesting ability of the heterostructures and respective band gap calculations (Figure 3). The band gaps of the photocatalysts can be calculated by the equation [19]:

\[
\alpha h\nu = A(h\nu - E_g)^{n/2}
\]

where \(\alpha\), \(A\), \(h\nu\), and \(E_g\) are the optical absorption coefficient, a proportionality constant, a photon energy and the band gap energy respectively. The value of \(n\) depends upon the type of optical transition of the semiconductors: for direct transition, value of \(n\) is 1 whereas for the indirect transition the value of \(n\) is 4. Thus, the band gap of the bulk g-C3N4 and g-C3N4/CuWO4 calculated from Tauc plot was estimated to be about 2.83 eV and 2.78 eV respectively (Figure 3a,b).
Figure 3. Tauc plot for the determination of band gap for the bulk g-C₃N₄ (a), and g-C₃N₄/CuWO₄ (b).

The photocatalytic activity of the g-C₃N₄/CuWO₄ were evaluated through methylene blue (MB) degradation under visible light irradiation, and the results are shown in Figure 4. From Figure 4, before light irradiation, 48.0% of MB was removed on g-C₃N₄/CuWO₄ after 60 min. After visible light illumination for 180 min, about 97.0% of MB was removed in the presence of g-C₃N₄/CuWO₄.
4. Conclusions

In this study, we have demonstrated the synthesis of a superior visible-light-driven photocatalyst g-C3N4/CuWO4 by a hydrothermal method. Under visible light irradiation, the photocatalyst g-C3N4/CuWO4 showed an enhanced photocatalytic performance than g-C3N4 which can be attributed to the contribution of CuWO4 for the efficient separation and easy transfer of photogenerated electron-hole pairs. More than high efficiency, excellent stability in the photocatalysis process and easy separation of nanophotocatalyst are from main advantageous of (g-C3N4/CuWO4) in the photodegradation reaction.

Acknowledgments: The authors gratefully acknowledge the partial support from the Research Council of the Iran University of Science and Technology.

References

1. Hu, X.; Li, G.; Yu, J.C. Design, fabrication, and modification of nanostructured semiconductor materials for environmental and energy applications. Langmuir 2009, 26, 3031–3039.
2. Zhang, Z.; Li, A.; Cao, S.-W.; Bosman, M.; Li, S.; Xue, C. Direct evidence of plasmon enhancement on photocatalytic hydrogen generation over Au/Pt-decorated TiO2 nanofibers. Nanoscale 2014, 6, 5217–5222.
3. Chen, X.; Shen, S.; Guo, L.; Mao, S.S. Semiconductor-based photocatalytic hydrogen generation. Chem. Rev. 2010, 110, 6503–6570.
4. Ong, W.-J.; Tan, L.-L.; Ng, Y.H.; Yong, S.-T.; Chai, S.-P. Graphitic carbon nitride (g-C3N4)-based photocatalysts for artificial photosynthesis and environmental remediation: are we a step closer to achieving sustainability? Chem. Rev. 2016, 116, 7159–7329.
5. Zhang, J.; Wang, Y.; Jin, J.; Zhang, J.; Lin, Z.; Huang, F.; Yu, J. Efficient visible-light photocatalytic hydrogen evolution and enhanced photostability of core/shell CdS/g-C3N4. ACS Appl. Mater. Interfaces 2013, 5, 10317–10324.
6. Dai, K.; Lu, L.; Liang, C.; Liu, Q.; Zhu, G. Heterojunction of facet coupled g-C3N4/surface-fluorinated TiO2 nanosheets for organic pollutants degradation under visible LED light irradiation. Appl. Catal. B: Environ. 2014, 156, 331–340.
7. Fu, J.; Zhu, B.; Jiang, C.; Cheng, B.; You, W.; Yu, J. Hierarchical porous O-doped g-C3N4 with enhanced photocatalytic CO2 reduction activity. Small 2017, 13, 1603938.
8. Tahir, M.; Cao, C.; Butt, F.K.; Idrees, F.; Mahmood, N.; Ali, Z.; Aslam, I.; Tanveer, M.; Rizwan, M.; Mahmood, T. Tubular graphitic-C3N4: a prospective material for energy storage and green photocatalysis. J. Mater. Chem. A 2013, 1, 13949–13955.
9. Sun, L.; Du, T.; Hu, C.; Chen, J.; Lu, J.; Lu, Z.; Han, H. Antibacterial activity of graphene oxide/g-C$_3$N$_4$ composite through photocatalytic disinfection under visible light. *ACS Sustain. Chem. Eng.* 2017, 5, 8693–8701.

10. Che, W.; Cheng, W.; Yao, T.; Tang, F.; Liu, W.; Su, H.; Huang, Y.; Liu, Q.; Liu, J.; Hu, F. Fast photoelectron transfer in (Cring)–C$_3$N$_4$ plane heterostructural nanosheets for overall water splitting. *J. Am. Chem. Soc.* 2017, 139, 3021–3026.

11. Wu, J.; Li, N.; Zhang, X.-H.; Fang, H.-B.; Zheng, Y.-Z.; Tao, X. Heteroatoms binary-doped hierarchical porous g-C$_3$N$_4$ nanobelts for remarkably enhanced visible-light-driven hydrogen evolution. *Appl. Catal. B: Environ.* 2018, 226, 61–70.

12. Zhao, Z.; Dai, Y.; Lin, J.; Wang, G. Highly-ordered mesoporous carbon nitride with ultrahigh surface area and pore volume as a superior dehydrogenation catalyst. *Chem. Mater.* 2014, 26, 3151–3161.

13. Ho, W.; Zhang, Z.; Lin, W.; Huang, S.; Zhang, X.; Wang, X.; Huang, Y. Copolymerization with 2, 4, 6-triaminopyrimidine for the rolling-up the layer structure, tunable electronic properties, and photocatalysis of g-C$_3$N$_4$. *ACS Appl. Mater. Interfaces* 2015, 7, 5497–5505.

14. Yu, H.; Chen, F.; Chen, F.; Wang, X. In situ self-transformation synthesis of g-C$_3$N$_4$-modified CdS heterostructure with enhanced photocatalytic activity. *Appl. Surf. Sci.* 2015, 358, 385–392.

15. Gupta, R.; Boruah, B.; Modak, J.M.; Madras, G. Kinetic study of Z-scheme C$_3$N$_4$/CuWO$_4$ photocatalyst towards solar light inactivation of mixed populated bacteria. *J. Photochem. Photobiol. A: Chem.* 2019, 372, 108–121.

16. Ghafuri, H.; Dehghani, M.; Rashidizadeh, A.; Rabbani, M. Synthesis and characterization of magnetic nanocomposite Fe$_3$O$_4$@TiO$_2$/Ag, Cu and investigation of photocatalytic activity by degradation of rhodamine B (RhB) under visible light irradiation. *Optik* 2019, 179, 646–653.

17. Ghafuri, H.; Mohammadi, F.; Rahimi, R.; Mohammadiyan, E. Synthesis and characterization of a new magnetic nanocomposite with metalloporphyrin (Co-TPyP) and sulfated tin dioxide (Fe$_3$O$_4$@SnO$_2$/SO$_4^{2-}$), and investigation of its photocatalytic effects in the degradation of Rhodamine B. *RSC Adv.* 2016, 6, 83947–83953.

18. Zheng, Y.; Lin, L.; Ye, X.; Guo, F.; Wang, X. Helical graphitic carbon nitrides with photocatalytic and optical activities. *Angew. Chem. Int. Ed.* 2014, 53, 11926–11930.

19. Li, X.; Ye, J. Photocatalytic degradation of rhodamine B over Pb$_5$Nb$_5$O$_{17}$/fumed SiO$_2$ composite under visible light irradiation. *J. Phys. Chem. C* 2007, 111, 13109–13116.

© 2019 by the authors. Licensee MDPI, Basel, Switzerland. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC BY) license (http://creativecommons.org/licenses/by/4.0/).